A directional solidification technique was developed and applied to the problem of fractional crystallization of an iron meteorite parent body.
PLANAR GROWTH PROCESS
fs'' is computed from Figure 3 as: Samples made by the above process were about 5 mm in diameter and 15 mm in length.
A metallographic specimen was prepared by mounting the whole sample longitudinally in lucite. 
Characterization of Elemental Interactions
For all practical purposes, S can be assumed independent of Fe, P, C, or Ni. 
